Research Article
Translucency of a Dental Porcelain Mixed by Two Ceramic Slurry Methods: A Bayesian Comparison

Catalina Serna-Meneses 1, Gabriel Ocampo-Parra 1, Santiago Arango-Santander 1, Claudia García-Garcia 2, Luis Felipe Restrepo-Tamayo 3, Johnatan Cardona-Jimenez 4,5, Alexander Ossa 6, and Alejandro Pelaez-Vargas 1

1Universidad Cooperativa de Colombia, Medellín, Colombia
2School of Physics, Universidad Nacional de Colombia, Medellín, Colombia
3Private Practice in Prosthodontics, Medellín, Colombia
4Universidade de São Paulo, Institute of Mathematics and Statistics IME-USP, São Paulo, Brazil
5Facultad de Ingeniería, Institución Universitaria Pascual Bravo, Medellín, Colombia
6Production Engineering Department, Eafit University, Medellín, Colombia

Correspondence should be addressed to Alejandro Pelaez-Vargas; alejandro.pelaezv@campusucc.edu.co

Received 9 December 2020; Revised 28 March 2022; Accepted 10 May 2022; Published 6 June 2022

Academic Editor: Patricia Pereira

Copyright © 2022 Catalina Serna-Meneses et al. This is an open access article distributed under the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.

Background. The ceramics industry produces porcelain pastes using a controlled ratio of water and porcelain powder. Two methods are used to produce a dental porcelain paste: one-step mixing or incremental mixing. Objective. To evaluate the optical properties of a feldspathic dental ceramic using two different ceramic paste preparation methods using a Bayesian approach. Materials and Methods. Two groups of feldspathic porcelain discs, an incremental mixing group (n = 40) and a one-step mixing group (n = 40), were assessed. Groups were evaluated using spectrophotometry, and the translucency parameter (TP) of each sample was calculated. Surfaces were characterized by AFM and SEM. Statistical analysis was performed using a Bayesian approach. Results. Translucency parameter values of the incremental mixing group ranged from 1.65 to 3.41, while values for the one-step mixing group ranged from 3.62 to 5.74, this difference being statistically significant. The lowest roughness was obtained on the surface of discs in the one-step mixing group. Conclusions. Feldspathic porcelain with lower translucency and higher roughness was obtained using the incremental mixture method.

1. Introduction

Feldspathic dental porcelains are composed by an amorphous matrix (K₂O·Al₂O₃·SiO₂) with a dispersion of leucite particles and pigments obtained from metal oxides. These oxides are responsible for the reduced melting temperature of the material, and they determine the color and opacity [1]. Low-melting point porcelains used in fixed dental prostheses have desirable properties, such as excellent aesthetics, high biocompatibility, wear strength, and highly stable chemical components, which make them the material of choice to match the natural teeth. When matching a porcelain crown with the natural teeth, the size, shape, surface texture [2], opalescence, and translucency of the material are important to consider [3]. Porcelain restorations reproduce translucency and the color of natural teeth for aesthetic reasons [4], but clinical results may also be the result of human factors, such as proper communication between the dental professional and the technician or factors from the natural substrate [5, 6]. This communication has been widely studied as highly relevant to achieve better results, but persistent trends show that flawed communication produces low satisfaction [6].

Translucency is the relative amount of light transmission or diffuse reflectance from the surface of a substrate through a semiopaque medium [7]. Translucency may be affected by many factors [8], including thickness [9, 10], microstructure
are reported with thin layers of veneer ceramics [14]. High numbers in translucence parameters reflect the refraction of the particles in the matrix, which also affects absorption and the degree of dispersion. Both the chemical composition of the particles, acting as a lubricant for the movement of these particles and producing a highly-dense green state in the final firing of the ceramic [3, 32–37], which presents homogeneously distributed microdefects and uniform porosity [38, 39]. Excess water in the porcelain slurry evaporates during sintering and may result in higher porosity. Moreover, excess water may react with some ions existing in porcelain, thus inducing changes in the microstructure and the relative amounts of crystalline and glassy phases [40, 41].

Currently, there are two approaches to determine the color and translucency of dental ceramics [42, 43]. The instrumental approach is based on spectrophotometers, colorimeters, digital cameras with specialized software [44, 45], or combinations of these systems. Spectrophotometers have demonstrated to be useful in dental research because they measure the optical coherence of opaque and translucent objects [20, 46]. Lim et al. [18] compared the translucency of eleven ceramic core materials using a spectroradiometer and a spectrophotometer. Their results showed differences when comparing both technologies, but translucency values were highly correlated. Ahn and Lee [20] found differences in the translucency of porcelain using different light sources, such as incandescent or fluorescent lamps. Digital images obtained from CCD sensors coupled to different devices (i.e., dedicated image acquisition systems, cameras, or smartphones) may be used to acquire images with several types of illumination (from 3000 k to 7000 k) and background (black and white) to correct the environmental effects. However, this method is time-consuming because it needs (1) image digital post-processing using generic commercial software (image by image) or (2) to create a new code or written routines using available libraries on commercial or free programming computing platforms. More recently, a new generation of spectrophotometers coupled to image acquisition systems have become available for clinical use and are based on the fact that better communication between the professional and the dental technician is mandatory. However, 3D intraoral scanners, which are a part of new 3D digital dental flow systems, also allow color selection from color 3D models. To the best of our knowledge, scanners do not exactly match spectrophotometers in determining the tooth color, and additional methods are recommended, even though they have >85% repeatability [47].

The second approach is the visual method, the most widely used in dentistry, where color is matched using tooth-form shade tabs. Evans et al. [48] found significant color differences between the two dental porcelains prepared by different condensation methods when a subjective visual evaluation was conducted. The comparison between instrumental and visual approaches for color evaluation has been widely studied in dentistry.

Bayesian statistics comprises three elements, namely, prior distribution, likelihood, and posterior distribution [49]. Prior distribution reflects the initial knowledge of the event studied. This distribution may be noninformative (when all possible values for the event are equally likely) or informative (some possible values for the event are strongly, vaguely, or substantially likely); this information might be obtained from clinical, reference, skeptical, and enthusiastic priors [49]. Likelihood is obtained from experimental data.
Finally, posterior distribution is a combination of the first two elements, where the prior knowledge is updated with experimental values. Bayesian statistics differs from classical or frequentist statistics in certain aspects; specifically, the concept of probability in Bayesian statistics is based on the principle of uncertainty rather than variability, which is the essential feature of classical statistics [49]. Bayesian statistics is exact, whereas classical statistics is asymptotic. Hence, the Bayesian approach does not require large sample sizes or the repetition of random experiments, as is the case in the classical statistics approach.

The objective of this study was to evaluate the optical properties of a feldspathic dental ceramic using a Bayesian approach after two different ceramic paste preparation methods were performed.

2. Materials and Methods

Low-melting-point dental porcelain (VitaVM13 Dentine, shade 3M2, Vita Zahnfabrik, Germany) was used in the present study. This porcelain was used to prepare discs of 13 mm in diameter and 1.5 mm in thickness [3, 23, 50]. These samples were divided into two groups, which were prepared using one of the following two methods [51]: incremental mixing, in which the discs were prepared from a paste produced by incrementally adding distilled water to the porcelain powder with a laboratory brush (#8, Kolinsky, Renfert, Germany); and one-step mixing, in which the discs were prepared from a paste produced by a single addition of distilled water to the porcelain powder in a ratio of 1 g of powder per 0.4 ml of distilled water [3, 31].

All discs were prepared using a 15 mm-diameter plastic syringe (Becton Dickinson and Co., Franklin Lakes, NJ). The syringe tip was sectioned, polished and used as the base for the discs [52]. In both methods, the ceramic paste was prepared at room temperature on a glass tile and then loaded into the syringe with a brush. The porcelain was condensed with an absorbent paper towel to remove excess water [52]. The syringe plunger was then placed at 2 mm from the top using a periodontal probe.

The surface of the disc was leveled on a flat surface to ensure uniform thickness before removing the disc from the syringe [3]. Samples were removed in the green state with a scalpel and placed on a refractory platform (Vita Zahnfabrik). All discs were heat-treated in a furnace (Vacumat 40, Vita Zahnfabrik) according to the manufacturer's instructions (temppredrying = 500°C; tempmax = 880°C; tempslope = 55°C/min; tempmax_temp = 1 min; and timeVAC = 7.05 min). After sintering, the surfaces of discs were polished with a series of SiC grinding papers (80–600 grit, Abracol, Colombia) using a polishing machine (LaboPol-5, Struers, Denmark) [37]. For standardization purposes, preparation of all disc specimens was performed by the same operator.

Translucence measurements were made using a spectrophotometer (Ocean Optics PC2000, USA) at wavelengths between 400 and 800 nm, which produced values in the CIELab color scale [53–56]. Illumination from the light source was daylight (D65). The translucency parameter (TP) was calculated 5 times at the center of the disc in each disc sample [57], and the difference in color of a sample when measured against black and white backgrounds was included. The TP value is zero when the material is completely opaque; higher values indicate greater translucency. This parameter was calculated using the following expression [20]:

\[ y_{ij} = (\mu + \tau_i) + \epsilon_{ij}, \]  

where the subscripts W and B correspond to white and black backgrounds, respectively. In this expression, \( L \) indicates brightness (\( L = 0 \) represents black and \( L = 100 \) white), \( a \) indicates the level of red or green (negative values of \( a \) indicate green and positive values indicate red), and \( b \) indicates the level of yellow or blue (negative values of \( b \) indicate blue and positive values indicate yellow).

Surface topography was evaluated using atomic force microscopy (Nanosurf Easyscan 2, Switzerland) in the contact mode. AFM images were acquired after the sintering cycle. Roughness was calculated in terms of amplitude parameters using a free software (Gwyddion, v. 2.59) [58]. Four boxes of \( 5 \times 5 \) \( \mu \)m per image were analyzed.

A Bayesian approach was used to calculate the sample size and to compare TP obtained with both ceramic mixture methods. In order to determine the optimal sample size, the “SampleSizeMeans” function in the R software was used. This algorithm uses a strictly Bayesian approach. It was assumed that the measurements were independent and followed approximately normal distribution. Initial samples of 10 discs produced with each of the mixing procedures were used as a priori information to determine the sample size.

Bayesian variance analysis was used to compare the results of the two methods.

The model follows the following equation:

\[ y_{ij} = (\mu + \tau_i) + \epsilon_{ij}, \]  

where \( y_{ij} \) represents TP (translucency parameter) as a function of prepared discs \( (j = 1 \) to 80) and method used \( (i = 1, 2) \). \( \mu \) represents the overall mean of the translucency parameter, \( \tau_i \) \( (i = 1, 2) \) represents the effect of the preparation method, and \( \epsilon_{ij} \) represents the error as normal distribution \( (0, \sigma^2) \). Prior distributions were defined as normal distribution for \( \mu \) \( (0, 10^6) \) and \( \tau \) \((0, 10)\). These prior distributions were defined as "slightly" informative, so inference results were obtained solely from experimental data. To perform inferential analysis, results were analyzed in the programming environment R [59] using the “rjags” library [60].

3. Results

Figure 1 shows the differences in TP values of discs \((n = 10)\) produced for both ceramic mixture methods and used to calculate prior distribution. Figure 1(a) shows that the minimum difference between both mixture methods was \( \leq 1.13 \). Assuming this value, and resources available for experimentation, the optimal sample size was set at 40 discs.
for each ceramic mixture method. Figure 1(b) shows 0.40 as the maximum length in the posterior credibility interval.

Table 1 shows 95% highest probability intervals for the mean TPs of discs produced using the two methods under study. For both statistical approaches, the incremental mixture method showed lower TP values compared to the one-step mixture method.

Figure 2 shows TP posterior distribution for both mixing methods. It may be inferred that the mean TP for the incremental group ($\mu_1 = 2.45$) is statistically lower than that of the one-step group ($\mu_2 = 4.49$).

3D AFM images (Figure 3) obtained from discs produced by incremental ($S_a = 44.0 (11.3), S_q = 60.9 (15.3)$) and one-step ($S_a = 29.5 (5.4), S_q = 42.7 (8.1)$) methods revealed statistically significant differences in roughness evaluated in terms of the two first moments of height distribution ($S_a, S_q$).

Tendency of third and fourth moments of height distribution (Ssk and excess kurtosis) for both groups showed negative values for the skewness, meaning that the left tail is long relative to the right tail of distribution, and positive values for excess kurtosis, meaning that there is a "heavily-tailed" distribution for both groups.

Imperceptible morphological differences were observed in SEM analysis between both preparation methods (Figure 3). Fine and coarse close microporosity, open microporosity, and interparticle porosity were found in discs from both preparation methods. Fine and close microporosity may be responsible for the optical reflectance of the surface, while open and interparticle porosity may reduce the mechanical behavior since they are considered stress concentrators that induce fracture.

4. Discussion

The Bayesian approach used in the present study yielded a final sample size of 40 discs per technique, which was a significantly larger sample size than that used in other studies of optical properties of dental ceramics. Ahn and Lee [20] measured the differences in translucency of various ceramics under different light sources using a sample size of 7 discs per ceramic. Wang et al. [27] studied the translucency of various thicknesses of dental porcelain using a sample of 6 discs per thickness and 5 for zirconia.

Lim et al. [18] used a sample of 7 discs to measure the translucency of ceramic materials with a spectroradiometer and a spectrophotometer. In the evaluation of mechanical properties, the sample sizes of these studies were similar to those of the present study. Pelaez-Vargas et al. [31] used a sample size of 50 discs from each technique to evaluate biaxial flexural strength with the same two methods used for porcelain paste preparation. Fleming et al. [32] evaluated the influence of the variability induced by the porcelain paste mixture on biaxial flexural strength using a sample of 30 discs.

The goal of this study was to determine the effects of the ceramic paste preparation method on the optical properties of dental porcelain. Significant differences in the TP of the discs prepared with the two methods were observed. TP obtained with the incremental mixing method was significantly lower than that obtained with the one-step method. The lowest TP (1.65) was obtained with the incremental mixing method, indicating higher opacity. The highest TP (5.74) was obtained with the one-step method, showing that this technique provides greater translucency.

The lower TP resulting from the incremental mixing technique may be explained by the smaller number of pores existing in the porcelain structure when compared with the one-step method. Pelaez-Vargas et al. [31] showed that the amount of liquid contained in green one-step samples varied with relative humidity. Higher porosity is expected in these samples because there is more space between the particles after water evaporation and reduction in the amount of water during sintering results in higher porosity [32, 39]. Zhang et al. [3] studied the influence of the powder/liquid ratio on the porosity and translucency of dental porcelains and found that porosity was susceptible to the powder/liquid ratio, while translucency was not. Another possible explanation for low TP values of the samples prepared with the incremental mixing method is the low amount of the amorphous phase in these samples, as observed by X-ray diffraction (XRD) analysis by Pelaez-Vargas et al. [31]. The amorphous phase is responsible for the optical properties of dental porcelains. A low percentage of amorphous phase indicates that other phases, such as the leucite phase, are more abundant, which may reduce...
Table 1: Highest probability intervals for the incremental and one-step mixing methods.

| Translucency parameter | Ceramic mixing | Method (95%) | Lower limit | Upper limit |
|------------------------|----------------|--------------|-------------|-------------|
|                        | Incremental    | Bayesian     | 2.21        | 2.70        |
|                        | One-step       | Bayesian     | 4.26        | 4.73        |
|                        | Incremental    | Frequentist  | 2.28        | 2.60        |
|                        | One-step       | Frequentist  | 4.24        | 4.72        |

Figure 2: Posterior distribution for the overall mean TP ($\mu$) in the highest probability intervals and the mean TPs ($\mu_i$) for incremental ($A \mu_1$) and one-step ($B \mu_2$) mixing methods.

Figure 3: SEM and 3D AFM topographic images of discs prepared by incremental (right column) and one-step mixture (left column) methods. Fine close porosity (a), coarse close porosity (b), open porosity (c), and interparticle porosity (d).
translucency [41]. Ahn and Lee [20] observed differences in translucency of various ceramics exposed to different light sources using a spectrophotometer. These ceramic discs \((n=7)\) had a thickness of 1.5 mm. With a D65 light source, TP values of 3.6 ± 1.5 were obtained for shade A2, and values of 4.0 ± 1.5 were obtained for shade A3. These results are consistent with those of the present study, in which TP values from 3.6 to 5.7 were obtained for one-step samples.

Translucency has been evaluated for different dental ceramic systems with specimens with a wide interval of thicknesses, as explained before. For feldspathic porcelains, a wide interval between 0.3 mm and 2.3 mm [3, 22, 23, 50] has been found. Although these values may be not clinically relevant, they show very interesting trends.

Wang et al. [27] studied the dependence of translucency on the thicknesses of dental porcelains. TP values ranged from 2.2 to 25.3, and translucency was inversely related to the thickness of the sample (i.e., translucency increased as the thickness decreased). For a thickness of 1.4 mm, TP varied from 3.5 to 17, and for a thickness of 1.6 mm, TP varied from 4.5 to 16. These results are consistent with those of the present study, where TP values from 1.65 to 5.7 were obtained with 1.5 mm thick discs using two ceramic paste preparation methods [27].

Lim et al. [18] measured the translucency of porcelain coatings and cores using a spectrophotometer and a spectroradiometer, and correlations between TP values were evaluated. The final thickness of the porcelain disc was 1.5 mm, and TP values ranged from 4.4 to 12.5. There were significant differences in TP values obtained from each of the measuring instruments, although the results were highly correlated. Values obtained in that study were similar to those obtained in the present study.

The main limitations of the present in vitro study were that only one body/dentin porcelain, a single thickness, and a unique polishing protocol were used. The thickness (1.5 mm) used in this project is not clinic realistic because ceramic veneers and other ceramics/metal combinations are much thinner, but such thickness is currently used for all-ceramics restorations. Further studies should evaluate the effects of mixing preparation methods on translucency, color, and surface texture of different ceramic systems and thicknesses. In addition, more clinically oriented approaches, including the use of tooth geometries and technologies, such as spectrophotometers coupled to 3D scanners to evaluate \(L^*a^*b^*\) parameters directly, are suggested, and once such technologies become more massively available.

5. Conclusions

Considering the limitations of this in vitro study, the results showed that samples of the porcelain paste prepared with the incremental mixing method presented lower TP values than samples prepared with the one-step method, indicating that porcelain produced with the incremental mixing method is less translucent and rougher than the one produced with the one-step mixing method.

Data Availability

Data are available upon request.

Conflicts of Interest

The authors declare that they have no conflicts of interest regarding the publication of this article.

Authors’ Contributions

Catalina Serna-Meneses and Gabriel Ocampo-Parra contributed equally to this work.

Acknowledgments

The authors would like to thank CONADI from the Universidad Cooperativa de Colombia and Colombian Minister of Science and Technology (MinCiencias Project 111885271203, grant 476–2020) for the financial support.

References

[1] “The glossary of prosthodontic terms,” The Journal of Prosthetic Dentistry, vol. 94, no. 1, pp. 10–92, 2005.
[2] S. Yamockul, N. Thamrongananskul, and S. Poolthong, “Comparison of the surface roughness of feldspathic porcelain polished with a novel alumina-zirconia paste or diamond paste,” Dental Materials Journal, vol. 35, no. 3, pp. 379–385, 2016.
[3] Y. Zhang, J. A. Griggs, and A. W. Benham, “Influence of powder/liquid mixing ratio on porosity and translucency of dental porcelains,” The Journal of Prosthetic Dentistry, vol. 91, no. 2, pp. 128–135, 2004.
[4] Y. Chen, H. M. Kyung, W. T. Zhao, and W. J. Yu, “Critical factors for the success of orthodontic mini-implants: a systematic review,” American Journal of Orthodontics and Dentofacial Orthopedics, vol. 135, no. 3, pp. 284–291, 2009.
[5] J. D. Matani, M. G. Kheur, T. A. Lakha, and V. Jain, “Replicating a discolored tooth preparation: a technique for effective laboratory communication,” The Journal of Prosthetic Dentistry, vol. 120, no. 3, pp. 335–337, 2018.
[6] A. Hatzikyriakos, H. P. Petridis, N. Tsiggos, and S. Sakelariou, “Considerations for services from dental technicians in fabrication of fixed prostheses: a survey of commercial dental laboratories in Thessaloniki, Greece,” The Journal of Prosthetic Dentistry, vol. 96, no. 5, pp. 362–366, 2006.
[7] R. H. Brodbelt, W. J. O’Brien, and P. L. Fan, “Translucency of dental porcelains,” Journal of Dental Research, vol. 59, no. 1, pp. 70–75, 1980.
[8] C. dos Santos, G. O. Rosa, M. N. Quintino, M. F. Rodrigues Pais Alves, S. Ribeiro, and C. Luis Melo-Silva, “Effect of surface finishing and thickness on the translucency of zirconia dental ceramics,” Ceramics International, vol. 46, no. 6, pp. 7748–7755, 2020.
[9] S. A. Antonson and K. J. Anusavice, “Contrast ratio of veneering and core ceramics as a function of thickness,” The International Journal of Prosthodontics, vol. 14, no. 4, pp. 316–320, 2001.
[10] M. J. Heffernan, S. A. Aquilino, A. M. Diaz-Arnold, D. R. Haselton, C. M. Stanford, and M. A. Vargas, “Relative translucency of six all-ceramic systems. Part I: core materials,”
The Journal of Prosthetic Dentistry, vol. 88, no. 1, pp. 4–9, 2002.

[11] Y. Ding, S. Jiang, T. Luo, Y. Hu, and N. Peyghambarian, “Lithium disilicate crystalline slab waveguides on surface crystallised glass,” Electronics Letters, vol. 35, no. 6, pp. 504–505, 1999.

[12] G. Coşkun Akar, G. Pekkan, E. Çal, G. Eskitasçoğlu, and M. Özcay, “Effects of surface-finishing protocols on the roughness, color change, and translucency of different ceramic systems,” The Journal of Prosthetic Dentistry, vol. 112, no. 2, pp. 314–321, 2014.

[13] J. W. McLean, “New dental ceramics and esthetics,” Journal of Esthetic and Restorative Dentistry, vol. 7, no. 4, pp. 141–149, 1995.

[14] K. T. L. Barizon, C. Bergeron, M. A. Vargas et al., “Ceramic materials for porcelain veneers: Part II. Effect of material, shade, and thickness on translucency,” The Journal of Prosthetic Dentistry, vol. 112, no. 4, pp. 864–870, 2014.

[15] J. H. Lee, S. H. Kim, J. S. Han, I. S. L. Yeo, H. I. Yoon, and J. Lee, “Effects of ultrasonic scaling on the optical properties and surface characteristics of highly translucent CAD/CAM ceramic restorative materials: an in vitro study,” Ceramics International, vol. 45, no. 12, pp. 14594–14601, 2019.

[16] K. Erdelt, M. L. Pinheiro Dias Engler, F. Beuer, J. F. Guth, A. Liebermann, and J. Schweiger, “Computable translucency as a function of thickness in a multi-layered zirconia,” The Journal of Prosthetic Dentistry, vol. 121, no. 4, pp. 683–689, 2019.

[17] N. Sen, I. B. Sermet, and S. Cinar, “Effect of coloring and roughness, color change, and translucency of different ceramic materials for porcelain veneers: Part II. Effect of material, shade, and thickness on translucency,” The Journal of Prosthetic Dentistry, vol. 119, no. 2, pp. 308.e1–308.e7, 2018.

[18] H.-N. N. Lim, B. Yu, and Y.-K. K. Lee, “Spectroradiometric and spectrophotometric translucency of ceramic materials,” The Journal of Prosthetic Dentistry, vol. 104, no. 4, pp. 239–246, 2010.

[19] C. d S. Rodrigues, I. L. Aurélio, S. Fraga, M. d R. Kaizer, Y. Zhang, and L. G. May, “Extended glaze firings for porcelain-veneered zirconia: effects on the mechanical and optical behavior,” Dental Materials, vol. 37, no. 7, pp. 1096–1106, 2021.

[20] J. S. Ahn and Y. K. Lee, “Difference in the translucency of all-ceramics by the illuminant,” Dental Materials, vol. 24, no. 11, pp. 1539–1544, 2008.

[21] T. K. L. Barizon, C. Bergeron, M. A. Vargas et al., “Ceramic materials for porcelain veneers. Part I: correlation between translucency parameters and contrast ratio,” The Journal of Prosthetic Dentistry, vol. 110, no. 5, pp. 397–401, 2013.

[22] G. Corcioni, A. Vinci, C. Louca, and M. Ferrari, “Influence of layering thickness on the color parameters of a ceramic system,” Dental Materials, vol. 26, no. 8, pp. 737–742, 2010.

[23] T. E. Shokry, C. Shen, M. M. Elhosary, and A. M. Elkhodary, “Effect of core and veneer thickness on the color parameters of two all-ceramic systems,” The Journal of Prosthetic Dentistry, vol. 95, no. 2, pp. 124–129, 2006.

[24] D. Kürklü, S. S. Azer, B. Yilmaz, and W. M. Johnston, “Porcelain thickness and cement shade effects on the colour and translucency of porcelain veneering materials,” Journal of Dentistry, vol. 41, no. 11, pp. 1043–1050, 2013.

[25] G. Simanzisik, B. Demirbas, and B. Tarcin, “Influence of dentin and core porcelain thickness on the color of fully sintered zirconia ceramic restorations,” The Journal of Prosthetic Dentistry, vol. 111, no. 2, pp. 142–149, 2014.

[26] F. Wang, H. Takahashi, and N. Iwasaki, “Translucency of dental ceramics with different thicknesses,” The Journal of Prosthetic Dentistry, vol. 110, no. 1, pp. 14–20, 2013.

[27] Y. M. ElNaggar, I. A. Hammad, and A. S. Azer, “Effect of additional press on the color and translucency of pressable ceramic materials: an in vitro study,” The Journal of Prosthetic Dentistry, vol. 126, no. 4, pp. 588.e1–588.e5, 2021.

[28] E. F. Koçak, Y. Ucar, C. Kurtoglu, and W. M. Johnston, “Color and translucency of zirconia infrastructures and porcelain-layered systems,” The Journal of Prosthetic Dentistry, vol. 121, no. 3, pp. 510–516, 2019.

[29] G. Simnezisik and M. L. Ovecoglu, “Physical properties and microstructural characterization of dental porcelains mixed with distilled water and modeling liquid,” Dental Materials, vol. 22, no. 8, pp. 735–745, 2006.

[30] A. Pelaez-Vargas, J. A. Dussan, L. F. L. F. Restrepo-Tamayo, C. Pauca, J. A. J. A. Ferreira, and F. J. J. Monteiro, “The effect of slurry preparation methods on biaxial flexural strength of dental porcelain,” The Journal of Prosthetic Dentistry, vol. 105, no. 5, pp. 308–314, 2011.

[31] G. J. Fleming, F. I. Shaini, and P. M. Marquis, “An assessment of the influence of mixing induced variability on the bi-axial flexure strength of dentine porcelain discs and the implications for laboratory testing of porcelain specimens,” Dental Materials, vol. 16, no. 2, pp. 114–119, 2000.

[32] J. R. Kelly, I. Nishimura, and S. D. Campbell, “Ceramics in dentistry: historical roots and current perspectives,” The Journal of Prosthetic Dentistry, vol. 75, no. 1, pp. 18–32, 1996.

[33] M. A. Rosenblum and A. Schulman, “A review of all-ceramic restorations,” The Journal of the American Dental Association, vol. 128, no. 3, pp. 297–307, 1997.

[34] W. M. Palin, G. J. Fleming, and P. M. Marquis, “An evaluation of the technique sensitivity of a hydrothermal low-fusing dental ceramic,” Journal of Dentistry, vol. 29, no. 6, pp. 443–449, 2001.

[35] M. J. Cattell, R. L. Clarke, and E. J. Lynch, “The transverse strength, reliability and microstructural features of four dental ceramics Part 1,” Journal of Dentistry, vol. 25, no. 5, pp. 399–407, 1997.

[36] K. Zeng, A. Oden, and D. Rowcliffe, “Flexure tests on dental ceramics,” The International Journal of Prosthodontics, vol. 9, no. 5, pp. 434–439, 1996.

[37] K. J. Anusavice and B. Hojjatie, “Stress distribution in metal-ceramic crowns with a facial porcelain margin,” Journal of Dental Research, vol. 66, no. 9, pp. 1493–1498, 1987.

[38] J. R. Gill, “Methods and results in condensation of dental Porcelain read before the section on operative dentistry, materia medica and therapeutics at the seventy-third annual session of the American dental association,” The Journal of the American Dental Association, vol. 19, no. 7, pp. 1147–1154, 1932.

[39] J. R. Mackert, A. L. Williams, J. W. Ergle, and C. M. Russell, “Water-enhanced crystallization of leucite in dental porcelain,” Dental Materials, vol. 16, no. 6, pp. 426–431, 2000.

[40] P. F. Cesar, H. N. Yoshimura, W. G. Miranda Junior, and C. Y. Okada, “Correlation between fracture toughness and leucite content in dental porcelains,” Journal of Dentistry, vol. 33, no. 9, pp. 721–729, 2005.

[41] C. Igiel, M. Weyhrauch, S. Wentschek, H. Scheller, and K. M. Lehmann, “Dental color matching: a comparison between visual and instrumental methods,” Dental Materials Journal, vol. 35, no. 1, pp. 63–69, 2016.
C. F. Rafael, J.-F. Guth, A. E. C. Kailing, P. F. Cesar, C. A. M. Volpato, and A. Liebermann, “Impact of background on color, transmittance, and fluorescence of leucite based ceramics,” Dental Materials Journal, vol. 36, no. 4, pp. 394–401, 2017.

L. S. Hardan and C. Moussa, “Mobile dental photography: a simple technique for documentation and communication,” Quintessence International, vol. 51, no. 6, pp. 510–518, 2020.

G. J. Jorquera, P. J. Atria, M. Galán, J. Feureisen, M. Imbarak, and J. Kernitsky, “A comparison of ceramic crown color difference between different shade selection methods: visual, digital camera, and smartphone,” The Journal of Prosthetic Dentistry, vol. 913, no. 2, pp. 322–329, 2020.

Y. H. Guan, D. L. Lath, T. H. Lilley, D. R. Willmot, I. Marlow, and A. H. Brook, “The measurement of tooth whiteness by image analysis and spectrophotometry: a comparison,” Journal of Oral Rehabilitation, vol. 32, no. 1, pp. 7–15, 2005.

V. Rutkinas, J. Dirse, and V. Bilius, “Accuracy of an intraoral digital scanner in tooth color determination,” The Journal of Prosthetic Dentistry, vol. 63, no. 4, pp. 380–389, 1990.

A. Petrie, J. S. Bulman, J. F. Osborn, and A. Petrie, “Further statistics in dentistry Part 9: Bayesian statistics,” British Dental Journal, vol. 194, no. 3, pp. 129–134, 2003.

T. Sari, C. Ural, E. Y¨uzbasioglu, I. Duran, S. Cengiz, and I. Kavut, “Color match of a feldspathic ceramic CAD-CAM material for ultrathin laminate veneers as a function of substrate shade, restoration color, and thickness,” The Journal of Prosthetic Dentistry, vol. 119, no. 3, pp. 455–460, 2018.

J. E. Ritter, “Critique of test methods for lifetime predictions,” Dental Materials, vol. 11, no. 2, pp. 147–151, 1995.

R. A. Giordano, L. Pelletier, S. Campbell, and R. Pober, “Flexural strength of an infused ceramic, glass ceramic, and feldspathic porcelain,” The Journal of Prosthetic Dentistry, vol. 73, no. 5, pp. 411–418, 1995.

A. Vichi, M. Ferrari, and C. L. Davidson, “Color and opacity variations in three different resin-based composite products after water aging,” Dental Materials, vol. 20, no. 6, pp. 530–534, 2004.

W. Lien, M. D. Yi, S. D. Jones et al., “The effect of micromechanical signatures of constituent phases in modern dental restorative materials on their macro-mechanical property: a statistical nanoindentation approach,” Journal of the Mechanical Behavior of Biomedical Materials, vol. 120, Article ID 104591, 2021.

N. Ilie, “Altering of optical and mechanical properties in high-translucent CAD-CAM resin composites during aging,” Journal of Dentistry, vol. 85, pp. 64–72, 2019.

C. A. K. Shimokawa, K. Shimokawa, M. L. Turbino, J. E. Harlow, L. Turbino, and R. B. Price, “Ability of four dental radiometers to measure the light output from nine curing lights,” Journal of Dentistry, vol. 54, pp. 48–55, 2016.

W. M. Johnston, T. Ma, and B. H. Kienle, “Translucency parameter of colorants for maxillofacial prostheses,” The International Journal of Prosthodontics, vol. 8, no. 1, pp. 79–86, 1995.

D. Neˇcas and P. Klapetek, “Gwyddion: an open-source software for SPM data analysis,” Open Physics, vol. 10, no. 1, pp. 181–188, 2012.